INTRODUCTION
People are becoming increasingly aware of the importance of the human values that form the common heritage that must be passed on to future generations and at the same time, it must be protected. It is our duty to transmit these values as we have found them and to contribute to their preservation, protection and promotion, they remain living testimonies of the old tradition [1–4]. The role of cultural heritage in defining the national identity is unquestionable [5, 6], each community identifies itself through the cultural inheritance received and transmitted from generation to generation [7–9].

In 1962, UNESCO considered it necessary to protect both natural and man-made environments that are of cultural interest. This approach to defining cultural heritage can also be seen in “The Architectural Heritage Charter in Amsterdam” (1975). All these normative definitions can be found in detail in the Granada Convention for the Protection of European Architectural Heritage (1985). Beginning with the mid-1970s, international documents were drawn up that tried to define the general criteria for the purpose of being reunited in a code all the documents – the tangible and intangible achievements of the human activities that become valuable – must be protected.

In this study, the antifungal activity tests were performed on 3 old maps (on silk, on canvas and on paper) using the AATCC 30-2004 test method. Map samples were immersed in a chitosan solution (10 g/l) and evaluated using Scanning Electron Microscopy (SEM) with a Field Emission Scanning Electron Microscope (ULTRA 55, ZEISS). The process showed that, due to its antimicrobial effect, chitosan treatment is effective for removing external agents and microorganisms present on fibre surfaces. The technique is simple, efficient and the results indicated that chitosan can be transformed into a very good and cheap antimicrobial solution for the conservation and preservation of heritage objects.

Keywords: old maps, natural fibres, fungi, impurities, chitosan, antimicrobial

ABSTRACT – REZUMAT
In the case of tangible cultural heritage items made of natural fibres, biodegradation due to microorganisms can lead over time to undesirable deterioration, including physical, mechanical and chemical damage as well as aesthetic alteration of materials. In this study, the antifungal activity tests were performed on 3 old maps (on silk, on canvas and on paper) using the AATCC 30-2004 test method. Map samples were immersed in a chitosan solution (10 g/l) and evaluated using Scanning Electron Microscopy (SEM) with a Field Emission Scanning Electron Microscope (ULTRA 55, ZEISS). The process showed that, due to its antimicrobial effect, chitosan treatment is effective for removing external agents and microorganisms present on fibre surfaces. The technique is simple, efficient and the results indicated that chitosan can be transformed into a very good and cheap antimicrobial solution for the conservation and preservation of heritage objects.

Keywords: hărți vechi, fibre naturale, fungi, impurități, chitosan, antimicrobian

Hărțile vechi și eficiența chitosanului ca agent antimicrobian
În cazul bunurilor materiale din patrimoniul cultural realizate din fibre naturale, biodegradarea datorată microorganismelor poate duce în timp la o deteriorare nedoreită, inclusiv degradarea fizică, mecanică și chimică, precum și la afectarea proprietăților estetice ale materialelor. În acest studiu, teste privind activitatea antifungică au fost efectuate pe 3 hărți vechi (pe mătase, pânză și hârtie) folosind metoda de testare AATCC 30-2004. Mostrele de hârtie au fost scufundate într-o soluție de chitosan (10 g/l) și evaluate utilizând microscopia electronică cu scanare (SEM). S-a folosit un microscop electronic cu scanare cu emisie de câmp (ULTRA 55, ZEISS). Procesul a arătat că, datorită efectului său antimicrobian, tratamentul cu chitosan este eficient pentru îndepărtarea agenților externi și a microorganismelor prezente pe suprafețele fibrelor. Tehnica este simplă, eficientă și poate fi transformată într-o soluție antimicrobiană foarte utilă și ieftină, care poate fi folosită pentru conservarea și preзерvarea obiectelor de patrimoniu.

Cuvinte cheie: hărți vechi, fibre naturale, fungi, impurități, chitosan, antimicrobian
The tangible cultural heritage items are very sensitive, especially when made of natural fibres; they are very susceptible to biodegradation due to microorganisms, dust etc. Classical methods [10–13] for species identification given in this study offer an accurate image of the fungal biodeterioration process on heritage textiles samples which were analysed. Antifungal activity tests on map materials were determined by AATCC Test Method 30-2004. Some studies analysed the mechanism, innovation and safety of chitosan on textiles and antibacterial proprieties; biocompatibility, biodegradability and bioactivity of chitosan and its importance for humans [14–27]. In Romania, it was also investigated the use of chitosan in the surface modification of textile fabric and its antimicrobial effects. We can mention in this sense the papers of: Enescu [28], Buşilă et al. [29], Bou-Belda et al. [30] and Indrie et al. [31] etc. Application of chitosan solutions on natural fibres [32–37] has given very good results in removing the impurities so that it can be a very good and cheap antimicrobial solution [38–40].

ANTIFUNGAL ACTIVITY AND ASSESSMENT ON MAP MATERIALS

Material & method

The antifungal activity tests were performed on old maps samples using the AATCC 30-2004 test method [41] in the laboratories of Ege University, Dokuz Eylül University, Turkey, University of Oradea, Romania, Trakia University, Faculty of Technics and Technologies, Bulgaria. The aim of this test method was to determine the susceptibility of textile materials to mildew and rot and to evaluate the efficacy of fungicides on textile materials. *Aspergillus niger* ATCC 6275 was grown on the Czapek Dox Agar at 28°C for approximately 10 days to produce abundant growth spore formation. The spores were collected by appropriate methods [42–47] and the prepared spore suspension was used as the inoculum.

- the double silk map or escape map dates from 1953; this type of map was made during World War II, being used by the British and US military to escape behind enemy lines;
- the old map of Crişana (Romania), on paper, dating from 1919;
- an old map of Switzerland, on a sheet of paper glued to the canvas, dating from 1866.

Test specimens: sample A – Map on silk, B – Map on paper support, from 1919; C – Map on paper, book from 1866; discs were cut, 1.5±0.1 cm diameter. The discs were pre-wet without rubbing or squeezing in water containing 0.05% of a nonionic wetting agent (Triton X-100) and placed on the Agar surface. 0.1 ml of the inoculum was distributed evenly over each sample disc by means of a sterile pipette. Duplicated test materials were incubated for 10 days at 28°C.

Application of chitosan for treatment of the aged maps

Chitosan Medium Molecular Weight was purchased from Sigma Aldrich, for the treatment of the samples (figure 1), at the Textile and Paper Department, Universitat Politècnica de València, Spain; acetic acid was supplied by Panreac. The concentration prepared for chitosan was 10 g/l. It was added 5 ml/l of Acetic acid, because of the chitosan solubility in water at acid pH. The resulted solution was magnetically stirred (24 hours).

Samples were submersed in the prepared Chitosan solution and then dried flattened (temperature 21-22°C)

Field emission microscope FESEM (ULTRA 55, ZEISS) investigation of the samples

Main results

![Fig. 1. Method of investigation of old maps samples treatment with chitosan](image)

RESULTS & DISCUSSION

At the end of the incubation period, the percentage of the surface area of the discs covered with the growth of *Aspergillus niger* was observed macroscopically and microscopically. Antifungal activity tests result of map materials were given in figure 2. The main purposes of this test method [48–53] are to determine the susceptibility of materials to mildew and rot and to evaluate the efficacy of fungicides on textile materials. Mildew resistance in textile material is defined as resistance to the development of unsightly fungal growths and accompanying unpleasant, musty odours on textile materials exposed to conditions favouring such growths while rot resistance in textile material, resistance to deterioration of a textile material as a result of fungal growth in or on it [41].

According to the macroscopic observations (figure 2), the contact zones were seen for all specimens, clearly. These results show that all map materials have rot resistance, but not mildew resistance.
Fig. 2. AATCC Test Method 30 results of all specimens

Fig. 3. SEM images reflecting the effect of chitosan treatment on the samples of aged maps: a – SEM image of the fibres from sample A at 100 × magnification; b – SEM image of the fibres from sample A at 100 × magnification; c – SEM image of the fibres from sample B, at 500 × magnification; d – SEM image of the fibres from sample B, at 500 × magnification; e – SEM image of the fibres from sample C, at 500 × magnification; f – SEM image of the fibres from sample C, at 500 × magnification
Results-application of chitosan on the samples

The effect of chitosan treatment on the samples of aged maps can be observed in figure 3, which shows SEM images at different magnifications. Sample A shows some kind of fine coating which disappears when treated with chitosan, despite some little particles that can still be appreciated on the surface. Sample B shows a surface partially coated and some fibres morphology can be sensed below the coating. Once the sample has been treated, some differences can be appreciated. The coating still remains although it seems to be in the deepest fibres, and not on the ones placed on the upper part. It seems that the most superficial ones have lost the superficial coating. Something similar also occurs in the case of sample C. Once the chitosan treatment is applied, fibres seem to have lost the superficial coating from the original samples. When the chitosan treatment is applied, it can be clearly observed that the small particles have disappeared. Antifungal activity tests and new results on map materials were done and they did not reveal microorganisms after applying chitosan to the test samples.

CONCLUSIONS

The procedure described in this study is simple and it does not need high technological resources. Once the product is solved, a chitosan solution can be applied to it. The treatment is easy to apply and capable to remove part of the odd substance on the samples, reducing the potential damage which can be conferred to the sample. According to observations, the results highlight that all the samples have rot resistance but not mildew resistance. Chitosan treatment shows good compatibility, biodegradability, and environment friendly and it has revealed adequate efficiency in removing the odd agent on the fibre surfaces. It can also have a long-term future antibacterial effect. The findings of the study suggest a potential application of chitosan on textiles, such as those analysed: silk, paper, textile support of the aged maps, to provide the optimal physical and antimicrobial properties.

ACKNOWLEDGEMENTS

The research article was produced with equal scientific involvement of all authors. We acknowledge the partially contribution of University of Oradea Grants, Competition “Scientific Research of Excellence Related to Priority Areas with Capitalization through Technology Transfer: INO–TRANSFER–UO”, Projects No. 329/2021; No. 317/2021.

REFERENCES

[1] Ilies, A., Hurley, P.T., Ilies, D.C., Biaies, Ŧ., Tourist Animation – a Chance for Adding Value to Traditional Heritage: Case Studies in the Land of Maramureș (Romania), In: Journal of Ethnography and Folklore, 2017, 1–2, 152–171
[2] Ilies, D.C., Onet, A., Marcu, F.M., Gaceu, O.R., Timar, A., Biaies, Ŧ., Ilies, A., Herman, G.V., Costea, M., Tepelea, M., Josan, I., Wendt, A.J., Investigations on air quality in the historic wooden church in Oradea City, Romania, In: Environ. Eng. Manag. J., 2018, 17: 2731–2739, https://doi.org/10.30638/eemj.2018.272
[3] Indrie, L., Oana, D., Ilies, M., Ilies, D.C., Lincu, A., Ilies, A., Biaies, Ŧ., Herman, G.V., Onet, A., Costea, M., Marcu, F., Burtă, L., Oana, I., Indoor air quality of museums and conservation of textiles art works. Case study: Sălaca Museum House, Romania, In: Industria Textila, 2019, 70, 88–93, http://doi.org/10.35530/IT.070.01.1608
[4] Ilies, M., Ilies, D.C., Josan, I., Ilies, A., Ilies, G., The gateway of Maramureş Land. Geostategical implications in space and time, In: Annales. Annals for Istrian and Mediterranean Studies, Series Historia et Sociologia, 2010, 20, 2, 469–480
[5] Vecco, M., A definition of cultural heritage: from the tangible to the intangible, In: Journal of Cultural Heritage, 2010, 11, 321–324
[6] Borissova, V., Cultural heritage digitization and related intellectual property issues, In: Journal of Cultural Heritage, 2018, 34, 145–150
[7] Gozner, M., Josan, I., Biaies, Ŧ., Măduţa, F., The religious attractions – an expression of authenticity in the Territorial System Albac – Arieşeni and Alba County (Romania), In: GeoJournal of Tourism and Geosites, 2016, 17, 112–124
[8] Lincu, A., Ilies, M., Ilies, D.C., Herman, G.V., Biaies, Ŧ., Gozner, M., Costea, M., Mihincău, D., Conserving the traditional cellars of Sălăcă, Bihor County, Romania, In: GeoJournal of Tourism and Geosites, 2018, 23, 748–758, https://doi.org/10.30892/gtg.23311–325
[9] Marcu, F., Ilies, D.C., Wendt, J.A., Indrie, L., Ilies, A., Burtă, L., Caciora, T., Herman, G.V., Todoran, A., Biaies, Ţ., Albu, A., Gozner, M., Investigations regarding the biodegradation of the cultural heritage. Case study of traditional embroidered peasant shirt (Maramureş, Romania), In: Rom Biotechnol Lett., 2020, 25, 2, 1362–1368, https://doi.org/10.25083/rbl.25.2.1362.1368
[10] Rădulescu, H.C., Gheorghie, I., Gradisteana, G., Ispas, A., Popescu, C., Rosu, G., Chifiriuc, M.C., Lazar, V., Molecular characterization based on Internal Transcribed Spacer (ITS) marker sequence of fungal strains isolated from heritage ethnographic textiles, In: Rom Biotechnol Lett., 2019, 24, 5, 906–912, https://doi.org/10.25083/rbl/24.5/906.912
[11] Kakoueii, M., Mahshid, K.E., Subermanian, K., Technology and Treatment of a Painted Silk Folding Screen Belonging to the Palace. Museum of Qolestan in Iran, In: Fibres & Textiles in Eastern Europe, 2014, 22, 2, 104, 69–75
[12] Naji, K.M., Abdullah, Q.Y.M., Al-Zaqri, A.Q.M., Alghalibi, S.M., Evaluating the Biodeterioration Enzymatic Activities of Fungal Contamination Isolated from Some Ancient Yemeni Mummies Preserved in the National Museum, In: Biochem. Res. Int., 2014, Article ID 481508, http://dx.doi.org/10.1155/2014/481508
[13] Sterflinger, K., Fungi: Their role in deterioration of cultural heritage, In: Fungal Biology Reviews, 2010, 24, 47–55
[14] Beden, A.R., Değirmenci, D., Temel, C., Duran, K., Application for blends of chitosan, lyocell fiber to control bacterial growth, In: XIIIth International Izmir Textile and Apparel Symposium, 2014, April 2–5, 27–30

[15] Chung, Y.S., Lee, K.K., Kim, J.W., Durable press and antimicrobial finishing of cotton fabrics with a citric acid and chitosan treatment, In: Text. Res. J., 1998, 68, 772–775, https://doi.org/10.1177/004051759806801011

[16] Wang, X., Du, Y., Liu, H., Preparation, characterization and antimicrobial activity of chitosan Zn complex, In: Carbohydr. Polym., 2004, 56, 21–26

[17] Zheng, L.Y., Zhu, J.F., Sun, K.S., Antimicrobial activity of chitosan, In: Mater. Sci. Eng., 2000, 18, 22–24

[18] Liu, X.F., Guan, Y.L., Yang, D.Z., Li, Z., Yao, K.D., Antimicrobial action of chitosan and carboxymethylated chitosan, In: J. Appl. Polym. Sci., 2001, 29, 1324–1335

[19] Rahman Bhuiyan, M.A., Hossain, M.A., Zakaria, M., Islam, M.N., Zulhas Uddin, M., Chitosan Coated Cotton Fiber: Physical and Antimicrobial Properties for Apparel Use, In: J. of Polymers and the Environment, 2017, 25, 334–342, https://doi.org/10.1080/15487696.2016-01815-2

[20] Arain, R.A., Khatri, Z., Memonc, M.H., Kim, I.S., Antibacterial property and characterization of cotton fabric treated with chitosan/AgCl–TiO2 colloid, In: Carbohydrate Polymers, 2013, 96, 326–331

[21] Malik, S.A., Arain, R.A., Khatri, Z., Saleemi, S., Cherif, C., Neural Network Modeling and Principal Analysis of Antibacterial Activity of Chitosan/AgCl–TiO2 Colloid Treated Cotton Fabric, In: Fibers and Polymers, 2015, 16, 1142–1149

[22] Tavaria, F., Soares, J., Oliveira, V., Silva, R., Morgado, J., Malcata, F.X., Pintado, M., Application of chitosan in the textile industry to control microbial growth, Available at: https://repository.unicp.pt/bitstream/10400.14/6263/1/APPLICATI ON%20OF%20CHITOSAN%20-for%20poster_veneza.pdf [Accessed on June 2021]

[23] Jagadish, R., Salän, F., Giraud, S., Ferri, A., Guan, J., Chitosan-Based Sustainable Textile Technology: Process, Mechanism, Innovation, and Safety, In: Biological Activities and Application of Marine Polysaccharides, 2017, InTech Press, 251–278

[24] Shabbir, M.L., Rather, J., Mohammad, F., Chitosan: Sustainable and Environmental-Friendly Resource for Textile Industry, In: Chitosan: Derivatives, Composites and Applications, 2017, Editors S. AHMED, S. IKRAM. Scrivener Publishing LLC, 233–252, https://doi.org/10.20997/97811193646849.ch9

[25] Cicort-Lucaciu, A., Cupşa, D., Ilieş, D.C., Baiaş, Ş., Sas, I., Feeding of two amphibian species (Bombina variegata and Pelophylax ridibundus) from artificial habitats from Pădurea Craiului Mountains (Romania), In: North-Western Journal of Zoology, 2011, 7, 2, 297-303, Available at: http://herp-oruv.ro/nwj2/ [Accessed on June 2021]

[26] Ilies D.C., Lile M.C., Indrie L., Marcu F., Mos C., Ropa M., Sturzu B., Costea M., Albu A.V., Szabo-Alexi P., Sambou G., Research for the conservation of cultural heritage in the context of the circular economy, In: Industria Textila, 2021, 72, 1, Special issue on Circular economy, 50–54, https://doi.org/10.35530/IT.072.01.1807

[27] Ilieş A., Dehoorne O., Ilieş D. C., The cross-border territorial system in Romanian-Ukrainian Carpathian Area. Elements, mechanisms and structures generating premises for an integrated cross-border territorial system with tourist function, In: Carpathian Journal of Environmental Sciences, 2012, 7, 1, 27–38, Available at: http://www.ubm.ro/sites/CJEES [Accessed on June 2021]

[28] Enescu, D., Use of Chitosan in Surface Modification of Textile Materials, In Rom Biotechnol Lett., 2008, 13, 4037–4048

[29] Buşilă, M., Muşat, V., Textor, T., Mahltig, B., Synthesis and characterization of antimicrobial textile finishing based on Ag: ZnO nanoparticles/chitosan biocomposites, In: RSC Advances, 2015, 5, 21562–21571

[30] Bou-Belda, E., Indrie, L., Ilieş, D.C., Hodor, N., Berdenov, Z., Herman, G., Caciota, T., Chitosan – a non-invasive approach for the preservation of historical textiles, In: Industria Textilia, 2020, 71, 6, 576–579, http://doi.org/10.35530/IT.071.06.1756

[31] Indrie, L., Bonet-Aracil, M., Ilieş, D.C., Albu, A.V., Ilieş, G., Herman, G.V., Baisas, S., Costea, M., Heritage ethnographic objects – antimicrobial effects of chitosan treatment, In: Industria Textilia, 2021, 72, 3, 284–288, https://doi.org/10.35530/IT.072.03.1812

[32] Shabbir, M. L., Rather, J., Mohammad, F., Chitosan: Sustainable and Environmental-Friendly Resource for Textile Industry, In: Chitosan: Derivatives, Composites and Applications, 2017, Editors S. AHMED, S. IKRAM. Scrivener Publishing LLC, 233–252, https://doi.org/10.20997/97811193646849.ch9

[33] Lim, S.H., Hudson, S.M., Review of Chitosan and Its Derivatives as Antimicrobial Agents and Their Uses as Textile Chemicals, In: Journal of Macromolecular Science, Part C, 2003, 43, 223–269, https://doi.org/10.1081/mc-120020161

[34] Shanmugasundaram, O.L., Chitosan Coated Cotton Yarn and Its Effect on Antimicrobial Activity, In: Fibre2Fashion: Textile & Apparel Business Solution, 2006, Available at: https://www.fibre2fashion.com/industry-news/2006/424

[35] Vilju, S., Thilagavathi, G., Effect of chitosan coating on the characteristics of silk-braided sutures, In: J. Ind. Text., 2012, 42, 256–268, https://doi.org/10.1177/1528083711435713

[36] Goy, R.C., Morais, S.T.B., Assis, O.B.G., Evaluation of the antimicrobial activity of chitosan and its quaternized derivative on E. coli and S. aureus growth, In: Rev. bras. farmacogn., 2016, 26, 122–127, https://doi.org/10.1016/j.bjp.2015.09.010

[37] No, H.K., Park, N.Y., Lee, S.H., Meyers, S.P., Antibacterial activity of chitosan and chitosan oligomers with different molecular weights, In: Int. J. Food Microbiol., 2002, 74, 65–72

[38] Rabea, E.I., Badawy, M.E.T., Stevens, C.V., Smaghe, G., Steurbaut, W., Chitosan as antimicrobial agent: applications and model of action, In: Biomacromolecules. 2003, 4, 1457–1465

[39] Huang, L., Xiao, L., Yang, G., Chitosan Application in Textile Processing, In: Curr Trends Fashion Technol. Textile Eng., 2018, 4, 0032–0034

[40] Arfat, M.D., Kermer, A., Anamul Haque, M.D., Sarker, P., Surface Modification of Silk Fiber with Chitosan and studies of dyeing enhance ability with antimicrobial properties, 2017, Available at: https://www.researchgate.net/publication/321319156_SurfaceModificationofSilkFiberwithChitosanandstudiesofdyeingenhanceabilitywithantimicrobialproperties [Accessed on June 2021]
[41] American Association of Textile Chemists and Colorists – AATCC – Technical Manual, 2020, Available at: https://www.aatcc.org/testing/methods/ [Accessed on June 2021]
[42] Montegut, D., Indictor, N. R., Koestler, J., Fungal Deterioration of Cellulosic Textiles: a Review, In: Int. Biodeterior. Biodegradation, 1991, 26, 209–226
[43] Kavkler, K., Cimerman, N.G., Zalar, P., Demšar, A., Fungal contamination of textile objects preserved in Slovene museums and religious institutions, In: Int. Biodeterior. Biodegradation, 2015, 97, 51–59
[44] Abdel-Kareem, O., Fungal deterioration of historical textiles and approaches for their control in Egypt, In: e-Preservation Science, 2010, 7, 40–47
[45] Sequeira, S., Cabrita, E.J., Macedo, M.F., Antifungals on paper conservation: An overview, In: Int. Biodeterior. Biodegradation, 2012, 74, 67–86
[46] Sândulache, I.M., Perdum, E., Mitran, E.C., Teodorescu, I., Secăreanu, L.O., Bernath, A., Iordache, O.G., Preliminary investigations of a textile fabric used as support for a sarcophagus from Astra Sibiu Museum, In: Industria Textila Journal, 2020, 71, 91–95, https://doi.org/10.35530/IT.071.01.1622
[47] Gutarowska, B., Pietrzak, K., Machnowski, W., Milczarek, J.M., Historical textiles – a review of microbial deterioration analysis and disinfection methods, In: Text. Res. J., 2016, 87, 2388–2406, https://doi.org/10.1177/0040517516669076
[48] Degano, I., Biesaga, M., Colombini, M.P., Trojanowicz, M., Historical and archaeological textiles: an insight on degradation products of wool and silk yarns, In: J. Chromatogr., 2011, A, 34, 5837–5847, https://doi.org/10.1016/j.chroma.2011.06.095
[49] Liu, J., Guo, D., Zhou, Y., Wu, Z., Li, W., Zhao, F., Zheng, X., Identification of ancient textiles from Yingpan, Xinjiang, by multiple analytical techniques, In: J. Archaeol. Sci., 2011, 38, 1763–1770, https://doi.org/10.1016/j.jas.2011.03.017
[50] Teixeira, S.F., Dos Reisb, T.A., Sgubina, L., Thomé, L.E., Beic, I.W., Clermenciod, R.E., Corrêab, B., Salvadori, M.C., Disinfection of ancient paper contaminated with fungi using supercritical carbon dioxide, In: J. Cult. Herit., 2018, 30, 110–116, https://doi.org/10.1016/j.culher.2017.09.009
[51] Mallo, A.C., Nitiu, D.S., Eliades, L.A., Saparra, M.C.N., Fungal degradation of cellulosic materials used as support for cultural heritage, In: Int. J. Conserv. Sci., 2017, 8, 619–632
[52] Huniadi, A., Sorian, A., Maghiar, A., Mocuta, D., Antal, L., Pop, O.L., Judea Pusta, C.T., Buhas, C.L., Pascalau, A., Sandor, M., 6-(2, 3-Dichlorodiphenyl)-1, 2, 4-Triazine-3, 5-Diamine Use in Pregnancy and Body Stalk Anomaly – A Possible Association?, In: Rev. Chim. 2019, 7, 2656–2659
[53] Pop, O.L., Judea Pusta, C.T., Buhas, C.L., Judea, A.S., Huniadi, A., Jurca, C., Sandor, M., Negrutiu, B.M., Buhas, B.A., Nikin, Z., Pascalau, A., Anaplastic Lymphoma Kinase (ALK) Over expression in Lung Cancer Biopsies – An 18 month study in north western Romania, In: Rev. Chim., 2019, 70, 7, 2690–2693, https://doi.org/10.37358/RC.19.7.7407

Authors:
LILIANA INDRIE1, LUCIA CAPABLANCA FRANCES2, EMRE ERDEN3, MUSA KILIC4, DORIŅA CAMELIJA IILIES5, VASILE GRAMA6, BAHODIRHON SAFAROV6, ZLATIN ZLATEV7

1University of Oradea, Faculty of Energy Engineering and Industrial Management, Department of Textiles, Leather and Industrial Management, B.St. Delavrancea 4, Oradea, Romania
e-mail: lindrie@uoradea.ro

2Universitat Politècnica de València, Textile and Paper Department, Plaza Ferrándiz y Carbonell s/n, 03801, Alcoy, Spain
e-mail: lucafra@alumni.upv.es

3Ege University, Faculty of Science, Department of Biochemistry, 35100 İzmir, Turkey
e-mail: emre.erdem@ege.edu.tr

4Dokuz Eylül University, Faculty of Engineering, Department of Textile Engineering, 35397 İzmir, Turkey
e-mail: musa.kilic@deu.edu.tr

5University of Oradea, Faculty of Geography, Tourism and Sport, Department of Geography, Tourism and Territorial Planning, Universității Street no 1, Oradea, Romania
e-mail: dilies@uoradea.ro

6Samarkand State University, Faculty of Economics and Business, Department of Digital Economy, Samarkand, Uzbekistan
e-mail: safarovb@rambler.ru

7Trakia University, Faculty of Technics and Technologies, 38 Graf Ignatiev str., 8602, Yambol, Bulgaria
e-mail: zlatin.zlatev@trakia-uni.bg

Corresponding author:
VASILE GRAMA
e-mail: vgrama@uoradea.ro